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We introduce a novel method to correct for imperfect indenter geometry and frame
compliance in instrumented indentation testing with a spherical indenter. Effective radii
were measured directly from residual indentation marks at various contact depths (ratio
of contact depth to indenter radius between 0.1 and 0.9) and were determined as a
function of contact depth. Frame compliance was found to depend on contact depth
especially at small indentation depths, which is successfully explained using the concept
of an extended frame boundary. Improved representative stress-strain values as well as
hardness and elastic modulus were obtained over the entire contact depth.
I. INTRODUCTION
Instrumented indentation testing (IIT), which mea-
sures penetration load and depth continuously, is widely
used to evaluate mechanical properties at microscales1–16
because it is a simple procedure that is relatively nonde-
structive and easy to use on small scales. In IIT, elastic
modulus (a measure of resistance to elastic deformation)
and hardness (a measure of resistance to plastic defor-
mation) are generally evaluated by analyzing the indenta-
tion load-depth curve without observing the residual
indentation marks.3 IIT has also been applied to evaluate
flow properties,17–30 residual stress,31–33 and fracture
toughness.34–37
Corrections for imperfect indenter geometry and
frame compliance play a critical role in the accuracy of
IIT, because the real indenter geometry is not ideal and
the measured displacement is not the same as the pene-
tration depth of indenter due to frame compliance when
the instruments do not use the surface reference for
depth sensor. Oliver and Pharr3 suggested a general cor-
rection method for the imperfect geometry of a sharp
Berkovich indenter and frame compliance in which an
area function is given by
Ac ¼ 24:5h2c þ C1hc þ C2h1=2c þ C3h1=4c
þ    þ C8h1=128c ; ð1Þ
where Ac is the contact area, hc is the contact depth, and
C1 through C8 are constants correcting for imperfect
indenter geometry that are usually determined by fitting
points of contact area versus contact depth obtained for
a standard sample. In the Oliver-Pharr method, the in-
verse of measured total stiffness Stotal is given by the sum
of frame compliance Cframe and the inverse of sample
stiffness Ssample as
1
Stotal
¼ Cframe þ 1
Ssample
¼ Cframe þ
ﬃﬃﬃ
p
p
2Er
ﬃﬃﬃﬃﬃ
Ac
p : ð2Þ
Here Er is the reduced modulus expressed by
1
Er
¼ 1 n
2ð Þ
E
þ 1 n
2
i
 
Ei
; ð3Þ
where E and v are the elastic modulus and Poisson’s
ratio of the sample and Ei and vi are the elastic modulus
and Poisson’s ratio of the indenter. Assuming that Cframe
and Er are constants regardless of contact depth, the
intercept of the plot of 1/ Stotal versus Ac
1/2 is deter-
mined as Cframe. The iteration should be performed until
the input and evaluated frame compliances match, be-
cause contact area and frame compliance are interrelated.
Whereas corrections for indenter geometry and frame
compliance for a sharp indenter are widely used in
nanoindentations,12–14,38–40 the corrections for a spheri-
cal indenter have not been systematically established.
Spherical indenters are highly desirable at micro- and
nanoscales because they can induce various stress-strain
fields depending on indentation depth.41 Evaluating ten-
sile properties by determining representative stress-strain
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points is a good example of the use of a spherical indent-
er at small scales.17–30 However, spherical indenters are
not frequently used at micro- and nanoscales not only
because of the difficulty in manufacturing spherical
indenters at this scale but also because of the lack of
methods for correcting for imperfect indenter geometry
and frame compliance.
In this study, we suggest a novel method to correct for
imperfect indenter geometry and frame compliance for a
spherical indenter at microscale. By profiling the resid-
ual indentation marks of spherical indenters at various
indentation depths, effective radii calibrating the real
contact area and angle are determined; these are then
verified using flow properties and hardness values eval-
uated by different spherical indenters. A simple calibra-
tion method for indenter geometry is proposed using a
reference curve for hardness versus effective strain. In
addition, frame compliance is derived not as a constant
but as a function of contact depth, and it is then com-
pared with experimental results analyzed by elastic con-
tact theory.
II. EXPERIMENTS
Five commonly used spherical indenters with nominal
radius 250 mm, which are machined from tungsten car-
bide by a rotating diamond grinder, are prepared. A series
of IITs using these indenters was performed on structural
metals SKH51, SUS440, S45C, and Al6061, and on a
standard hardness block of Vickers hardness 298 (Yama-
moto, Japan); the testing apparatus (AIS 3000; Frontics,
Seoul, Korea) had a load resolution of 5.6 gf and a depth
resolution of 0.1 mm. The flow properties of SKH51,
SUS440, S45C, and Al6061 were evaluated by a repre-
sentative stress-strain approach by 10 partial unloadings
at maximum indentation depth 100 mm and a loading rate
of 1 mm/min.17–20 Flow properties of the materials were
also measured in uniaxial tension tests using an Instron
5582 (Instron, Norwood, MA) at a cross-head rate of
1 mm/min. To directly measure plastic pileup in the
standard-hardness block, three-dimensional (3D) profiles
of the residual indentation marks at various indentation
depths between 10 and 100 mmwere directly observed by
3D surface profiler (SIS series; SNU Precision, Seoul,
Korea) with a depth resolution of 0.1 nm. The elastic
modulus and Poisson’s ratio of the standard-hardness
block were determined to be 203 GPa and 0.29, respec-
tively, by an ultrasonic pulse-echo technique using a two-
channel digital real-time oscilloscope.
III. RESULTS AND DISCUSSION
A. Effective radius
Figure 1 compares representative stress-strain points
evaluated by three spherical indenters in IIT and stress-
strain curves measured by uniaxial tension tests. The
representative stress-strain points tend to overestimate
the representative stress at low representative strains.
We believe that all data points in IIT were measured
at fully developed plastic zone regions even at the shal-
lowest indentation depth. One general criterion for
fully plastic zone in a spherical indentation is Eac/syR
greater than 50, where ac, sy, and R are contact radius,
yield strength, and indenter radius.41,42 These values are
FIG. 1. Stress-strain curves and representative stress-strain points evaluated by conventional contact radius for (a) SKH51, (b) SUS440, (c) S45C,
and (d) Al6061.
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172185 for SKH51, 131137 for STS440, 136139
for S45C, and 6768 for Al6061, which exceed the
boundary of transition regime to fully plastic region.
These results indicate that the overestimation of the rep-
resentative stress at low strains is not caused by pro-
nounced elastic recovery at shallow indentation depth
but is likely due to somewhat discordance between nom-
inal indenter radius and effective local radius caused by
imperfect mechanical milling of the indenter.43–45
Figure 1 also shows that the representative stress-
strain points measured by different indenters do not
match due to the difference in real geometries, even
though they have the same nominal radius. The disagree-
ments between the representative stress-strain points and
stress-strain curves and among the representative stress-
strain points evaluated by three different spherical in-
denter are probably caused by the imperfect indenter
geometry of the indenters used here, because representa-
tive stress-strain points for the same materials evaluated
by a precise spherical indenter agree well with the stress-
strain curves.19,20
The contact depth was evaluated by directly measured
maximum indentation depth (hmax), elastic deflection
(hd), and plastic pileup (hp) around the indenter as
hc ¼ hmax  hd þ hp : ð4Þ
Here the elastic deflection was determined by the
Oliver-Pharr method3 as
hd ¼ ePmax
S
; ð5Þ
where e is the indenter geometrical constant (0.75 for the
paraboloid of revolution), Pmax is the maximum indenta-
tion load, and S is the initial unloading stiffness. The
plastic pileup can be measured experimentally by
profiling the residual indentation marks after unloading.
For a spherical indenter, the contact area is given by the
contact depth and the nominal indenter radius R as
Ac ¼ pa2c ¼ p 2Rhc  h2c
 
: ð6Þ
The representative stress and strain are defined by
sr ¼ 1c 
Pmax
Ac
; ð7Þ
er ¼ aﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃﬃ
1 ðac=RÞ2
q  ac
R
; ð8Þ
where c is a plastic constraint factor of 3.0 and a is a
constant of 0.14.17–20
The effective indenter radius at a given indentation
depth can differ from the nominal radius unless geome-
try of a spherical indenter is ideal. Figure 2 shows the
contact morphology of a spherical indenter with imper-
fect geometry and a sample with pileup. The effective
radius (Reff) of an effective sphere is simply given by
Reff ¼ a
2
c þ h2c
2hc
: ð9Þ
Elastic recovery in the plane direction during unload-
ing is known to be negligible,46 so the contact depth and
contact area can be measured experimentally by
profiling the residual indentation marks. Figure 3 shows
the effective radius measured from the profiles of the
residual indentation marks on the standard-hardness
block generated at each indentation depth versus contact
depth for three spherical indenters. The spherical inden-
ters appear to be blunter than the nominal indenter radius
at shallow indentation depths, in agreement with previ-
ous reports.44 However, as shown in Fig. 4, the represen-
tative stress-strain points analyzed using the effective
radius show excellent agreement with the stress-strain
FIG. 2. Contact morphology and effective radius of imperfect spherical indenter.
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curves measured in uniaxial tension tests and with the
representative stress-strain points evaluated by the dif-
ferent indenters. Figure 5 shows the hardness values at
each indentation depth using a nominal indenter radius
and the experimentally measured effective radius for the
standard-hardness block. The consistency of the hardness
values measured by three different spherical indenters
indicates the corrections for imperfect indenter geometry
using the concept of effective radius are reasonable.
B. Reference curve to determine effective radius
As shown in Fig. 5(b), the reference curve for hard-
ness versus contact ratio (ac/Reff) for the standard hard-
ness block was obtained from experimentally observed
residual indentation marks for three different spherical
indenters. With this reference curve, effective radii of
any spherical indenters at various indentation depths
can be simply determined by the procedure in Fig. 6
with no additional observation of the residual indenta-
tion marks. The hardness and contact ratio are calculated
using an arbitrary effective radius with experimentally
measured indentation data at each unloading, hmax, Pmax,
and S; these are then compared with the reference curve,
and the calculations are iterated until they agree. The
effective radii of two new indenters (indenters 4 and 5)
are evaluated using the reference curve without observ-
ing residual indentation marks, as shown in Fig. 7.
Figure 8 shows the representative stress-strain points
evaluated using the effective radii for indenters 4 and 5;
these agree well with the stress-strain curves measured
by uniaxial tension curves and the representative stress-
strain points evaluated by indenter 1.
C. Variation in frame compliance
Figure 9 shows elastic moduli of the standard hard-
ness block at various indentation depths determined by
the effective radii of indenters 1 through 3 using Eq. (3).
Even though true contact areas were believed to be used
to derive these elastic moduli, they were found to under-
estimate the true elastic modulus with decreasing contact
depth. The results are consistent with the work of Man-
eiro and Rodrı´guez,47,48 showing an increase in elastic
modulus with increasing contact depth at the nanoscale.
If the measured stiffness and contact area are correct, the
error in the elastic modulus is most likely caused by
frame compliance, by Eqs. (2) and (3).
FIG. 3. Experimentally determined effective radius versus contact
depth.
FIG. 4. Stress-strain curves and representative stress-strain points evaluated by effective radius.
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Frame compliance is generally taken as a constant
regardless of indentation depth by assuming that the
boundary of the frame does not change. However, the
contact volume corresponding to the indenter volume
beneath the projected contact area induces material de-
formation and the remainder of the indenter transfers the
load, so that the contact depth can be defined as a bound-
ary between frame and indenter. Using this concept of
frame boundary, frame compliance is given by the sum
of the compliance for an indenter remainder (Cindenter)
and conventional frame compliance (C0) (see Fig. 10):
Cframe ¼ Cindenter þ C0 : ð10Þ
The compliance of a system with a constant cross-
sectional area A and height h* is given by
C ¼ 1
E
 h

A
; ð11Þ
where E is the elastic modulus of the system. The com-
pliance of the indenter remainder for a spherical indenter
is simply calculated by integration of infinite thin circu-
lar plates as
Cindenter ¼ 1
E
 l hc
p
lim
n!1
Xn
k¼1
 1
2R hcþ k1ð Þ lhcð Þn
 
 hcþ k1ð Þ lhcð Þn
 2 ;
ð12Þ
where l is the total height of the spherical indenter and
k is the number of parts (see Fig. 11). Cindenter is
FIG. 5. Hardness versus effective strain presented with (a) nominal
and (b) effective indenter radius.
FIG. 7. Effective radius indirectly determined by reference curve
versus contact depth.
FIG. 6. Flow chart for determining effective radius with a reference
curve.
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derived as a function of indenter geometry and contact
depth as
Cindenter ¼ 1
E
 l hc
p
 R1
0
1
2R hcþ l hcð Þxð Þ hcþ l hcð Þxð Þ2
dx
¼ 1
E
 1
p
 1
2R
1n lð2R hcÞ
hcð2R lÞ ¼
1
E
 1
p
 1
2R
1n lð2R lÞ
2R
hc
 1
 
: ð13Þ
Figure 12 compares theoretical frame compliance
[Eq. (13)] and experimental results inversely calculated
by Eq. (2) using the elastic modulus measured by the
ultrasonic method, where C0 was set at an experimental
value, 0.65 mm/kgf. At shallow indentation depths, the
frame compliance was found to be strongly dependent
on contact depth. Frame compliance decreases as a loga-
rithmic function of the inverse of contact depth because
the increase in contact area decreases steeply with in-
creasing depth in spherical geometry. Thus, the initial
step shows large compliance variation and had to be
calibrated with the functional compliance values. Even
though the frame compliance of the nonindenter part is
generally large, the indenter compliance itself is signifi-
cant at shallow indentation depths. Figure 13 shows the
elastic moduli of four different materials after calibrat-
ing the compliance as a function of indentation depths,
which are consistent over the whole indentation depths.
D. Continuous calibration of frame compliance
and effective radius
As mentioned above, frame compliance is given as a
function of contact depth, which depends on the calibra-
tion of the frame compliance. For this reason, the fol-
lowing iteration is suggested to determine the exact
indentation depth:
hn ¼ h0  f ðhn1c Þ P0
where h0 and P0 are the measured indentation depth and
load, hn is the nth calibrated contact depth, hn1c is the
FIG. 8. Stress-strain curves and representative stress-strain points evaluated by effective radius derived with reference curve for (a) SKH51,
(b) SUS440, (c) S45C, and (d) Al6061.
FIG. 9. Elastic modulus of standard-hardness block measured by
ultrasonic method and by IIT using conventional correction of frame
compliance.
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contact depth calculated from the (n1)th calibrated
contact depth, and f ðhn1c ÞP0 is the frame deformation.
The convergent hn is the true contact depth, which takes
into account the calibrations of frame compliance and
effective radius.
IV. CONCLUSIONS
We proposed methods to correct for imperfect indenter
geometry and frame compliance in IIT using a spherical
indenter at microscale. The effective radii of the three
spherical indenters with a nominal radius of 250 mm
were determined experimentally at each partial unload-
ing indentation depth. When calculating hardness values
and the representative stress-strain points at each partial
unloading contact depth using the effective radii, those
measured by three different indenters were found to
agree with one another, and the representative stress-
strain points matched the stress-strain curves over the
entire strain region. Effect radii of two other indenters
(indenter nos. 4 and 5) were determined only by analysis
of load-displacement curves using the reference curve
for the relationship between hardness and effective strain
experimentally obtained by three indenters (indenters
1–3). The representative stress-strain points evaluated by
the effective radii of indenters 4 and 5 also agreed with
those from the experimentally evaluated effective and
stress-strain curves.
We introduced a novel frame compliance concept to
correct depth-dependent measured elastic moduli despite
FIG. 10. Definition of boundary between tip and frame.
FIG. 12. Expected and measured frame compliances as a function of
contact depth.
FIG. 11. Schematic for calculation of frame compliance for spherical
indenter. FIG. 13. Elastic moduli at various indentation depths after compli-
ance calibration.
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imperfect indenter geometry, as corrected by the effec-
tive radius. We showed that the compliance of a spheri-
cal indenter is proportional to the logarithms of the
inverse of the contact depth [Eq. (13)], so that variation
in frame compliance at shallow indentation depths has a
strong influence on the elastic modulus. Because the
frame compliance is a function of contact depth and also
affects the contact depth, an iterative calculation was
suggested to determine the correct frame compliance
and effective radius. These results imply that the repre-
sentative stress-strain points as well as hardness and
elastic modulus over the entire contact depth can be
evaluated by IIT using a spherical indenter by correcting
for imperfect indenter geometry and frame compliance.
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